TiO 2 (titania) is a key industrial material used in a large span of application and more specifically, it is widely studied for its photoelectronic properties. [1] [2] [3] [4] The anatase metastable phase is generally proposed as the most efficient polymorph for applications such as dye sensitized solar cells [5] and photocatalysis. [6, 7] Thanks to the expression of relatively low energy surfaces, anatase is actually the most stable TiO 2 structure for small nanometric size [8] and can be prepared using various low temperature syntheses methods. [1] An impressive number of different experimental conditions gave rise to a whole zoology of nanoparticles morphologies from classical truncated square bipyramids, to rods, needles, cubes, squares plates, belts or even hollow rods. Most of them were evaluated in terms of photocatalytic efficiency more or less accurately sometimes using different pollutants and different experimental degradation conditions. Yet, in many studies, a clear correlation between the morphology and the photocatalytic efficiency is not given. This is most of the time due to the difficulties obtaining well defined surface and consequently to the absence of its careful description. For instance, in the specific case of anatase nanoplatelets exposing mainly {001} faces it is still not completely clear whether the good activity is due to the presence of the high energy surface itself or to the fluoride leftovers on that surface due to the preparation method. [9] Moreover, the comparison of different anatase morphologies whose photocatalytic efficiencies are described in different articles is very often impossible due to the large differences in the photocatalysis procedure.
Overall, the influence of the exposed crystallographic faces, and thus the influence of the particles morphology, on the photocatalytic properties remains unclear. [10] The photocatalytic degradation of a pollutant is a multi-step process in which the structural characteristics of the materials may impact differently. Indeed, electrons and holes must first be efficiently photogenerated within the bulk material and migrate to the surface where they are likely to react. The anatase structure is efficient in producing those charge carriers but their surface or bulk recombination and their surface trapping may depend on the crystalline quality and the particles shape. [11] In a second step, surface reactions involving those charge carriers may proceed directly with the pollutant very close to the surface or with intermediate molecules such as water or solubilized oxygen to yield active radicals that are prone to degrade pollutants near to the surface. Again, the relative reactivity of the exposed surfaces impacts the global efficiency of the photocatalytic material.
The aim of the present study is to provide a detailed correlation between the photocatalytic efficiency of different anatase morphologies on the same photocatalytic test and their surface characteristics. Sol-gel syntheses [12, 13] were used to prepare pure anatase nanoparticles with a good structural and morphological control. The focus was led on particles synthesized in water as reacting medium. The Rhodamine B degradation was chosen as photocatalytic test in the present study since it is easy to handle and commonly used in the literature as a tracer dye. In addition, it may involve direct surface reactions. The photocatalytic efficiencies of the different TiO 2 morphologies for that specific pollutant may either be correlated to their ability to avoid recombination of photogenerated charge carriers, to produce active surface radicals or to directly transfer holes on the adsorbed dye. On that last point the adsorption efficiency may be understood in terms of the interaction of Lewis/Brønsted surface acidic sites with the corresponding basic sites of the dye.
In order to elucidate the real impact of morphology, a fine characterization of four anatase particles morphologies was achieved using high-resolution transmission electron microscopy analyses. The photocatalytic efficiencies of the selected samples for the degradation of the Rhodamine B dye under UV light are presented. The surface reactivity was studied by a surface study by in situ Fourier transformation spectroscopy (FT-IR) using pyridine as basic probe and trough electronic paramagnetic resonance (EPR) for the detection of photogenerated radicals. The influence of the surface properties on the degradation of Rhodamine B is rationalized.
Experimental section
All chemicals were analytic grade reagents used without further purification (the oleic acid from Sigma is at 90% w purity). As a reference, P25 nanoparticles from Evonik were used as received.
Syntheses
AµW. The synthesis is reported in details in one of our previous work. [14] A Ti 4+ stock solution ([Ti IV ] = 1.0 mol.L -1 ) was prepared by dilution of the TiCl 4 precursor in a HCl (3 mol.L -1 ) solution. Then, 30 mL of the stock solution were introduced into 100 mL of Milli-Q water; the pH of the solution was set to 6 with sodium hydroxide and the volume of the sample was completed to 300 mL with water. A white precipitate immediately appeared and aliquots of this suspension were transferred to Teflon cups, sealed in autoclaves and placed at 200 °C in a microwave oven (Synthos3000, Anton Paar) for 2 h.
AGlu. The synthesis adapted from the procedure reported by Durupthy&al. is similar to the previous one [15] except that 1.98 g of glutamic acid (GA) was introduced under stirring into the reacting medium in order to obtain a [GA]/[Ti] ratio of 0.5 and the pH of the solution was then set to 4. A white precipitate immediately appeared and aliquots of this suspension were heated in a closed glass vessel at 120 °C in an oven for 48 h.
ARods. The synthesis of TiO 2 nanorods was adapted from Sugimoto&al. [16] Titanium isopropoxide (TIPO, 6.9 mL) was mixed with triethanolamine (TEOA, 6.7 mL) under stirring in a closed flask and the volume was completed to 30 mL with deionized water. Then, 1.4 mL of ethylenediamine was added. The measured pH was close to 10. Finally, water was added under stirring to complete the volume to 100 mL. A first aging-step, leading to the formation of a gel, was carried out by heating the closed flasks in an oven at 100 °C for 24 h. The resulting gel was poured into Teflon-lined autoclaves for a second aging step at 140 °C for 72 h.
ACubes. The synthesis of anatase cube-shaped nanoparticles was adapted from Sugimoto&al. [16] with an initial absorbance of 2.38 at λ = 555 nm was mixed with 0.1 g (photocatalyst load of 1.0 g.L -1 ) of the studied powder. UV radiation exposures were performed using a Philips PL-L mercury lamp (18 W), emitting UV-A radiation with a peak emission at 365 nm. The lamp spectrum is reported in figure SI-A. The total radiance intensity in the suspension, of 1.7 mW/cm 2 , was measured with a digital radiometer (VL-3W, UVItec). Prior to UV exposure, the aqueous suspension was magnetically stirred in the dark for 30 min to ensure the adsorption equilibrium. Aliquots of 2 mL were withdrawn at different irradiation times (5, 10, 15, 25, 40 and 60 min) and centrifuged to remove TiO 2 particles during 30 min at 22 000 RCF. The supernatants were analyzed by visible spectrophotometry in the 450-650 nm range using a Cary5000 spectrometer from Agilent Technologies. No sig-nificant shift of the RhB peak at 555 nm was observed and, consequently, the peak intensity at this wavelength was used for the degradation study (except for the ACubes sample, see below).
Optical band gaps.
UV-visible diffuse reflectance spectra (DRS) of the samples were recorded on a Cary 5000 spectrometer with integrating sphere from 300 to 800 nm. For a crystalline semiconductor with an indirect gap, the optical absorption near the band edge is expressed by the formula αhυ = A(hυ -E g ) 2 , where α, h , υ, E g and A correspond to the absorption coefficient, Planck constant, light frequency, band gap and a constant respectively. The band gap is thus estimated on the plot (Ahυ)² = f(hυ) by intercepting the tangent of the plot with the abscissa axis.
2.2.6. Fourier Transformation Infrared spectroscopy (FT-IR).
The surface groups and the acidity of the TiO 2 nanoparticles were studied by FT-IR using pyridine as a basic spectroscopic probe. Infrared spectra were recorded on self-supported discs ( 
Results and discussion

Detailed nanoparticles characterizations
The anatase purity of all synthesized samples was checked on the XRD patterns reported in figure 1 and confirmed by Raman spectroscopy (Figure SI-B ). The diffractograms of the different samples only differ on the relative intensity and broadness of the peaks which are closely related to the size and shape of nanoparticles. For TiO 2 P25, additional diffraction peaks corresponding to the rutile phase were observed (anatase 80%, rutile 20%).
The usual morphology of TiO 2 anatase macrocrystals found in mineralogy is a truncated square bipyramid exposing mainly the {101} faces and lower amounts of {001} as top faces. It corresponds to the morphology obtained by the Gibbs-Wulf construction. [18] Indeed, the most stable face of the anatase structure is the {101} face. [19] At the nanometer scale, the hydrolysis in water of the TiCl 4 precursor and a gentle heating gives the same morphology. [14] The versatility of the sol-gel process allows to change the particle morphology and for instance the relative amount of the {101} and {001} exposed faces and also to display additional faces that are hardly observed in macro crystals. For each synthesized samples, TEM (see figure 2 ) and XRD analyses were combined to determine the anatase particles shape and the nature of exposed faces. Details of the statistical study of the different samples steps as shown in Figure 2d .
The two procedures, inspired by the work of Sugimoto&al., [16] also use organic additives. First a gel is formed from heating a solution of titanium isopropoxyde and TEOA at pH 10-11. A second aging step of the gel at higher temperature induces the crystallization of different original morphologies depending on the pH fixed and the presence of a selected additive. . inset h1 and h2). Snapshots from a tomography movie reported in figure SI-C show that the same particle may present a square projection in a selected orientation in agreement with the cubic shape and a more ovoid projection after a 60° rotation. All the exposed surfaces could not be unambiguously indexed, especially for the ovoid shapes, where higher Miller index faces could be exposed. This indicates that there may be less {001} faces exposed than initially expected. The {001} face is very reactive and tends to reconstruct under harsh conditions such as vacuum. [25] The intensive washing of the anatase particles may have damaged them.
TEM picture of the ACubes sample with a softer washing are report in figure SI-D: the particles are clearly closer to perfect cubes. Yet, even with the thorough washing, residual organic molecules are still adsorbed in that sample as confirmed by the slight yellow color of the powder and the difficulty to disperse it in water.
Thus, these four anatase nanoparticles morphologies present a variety of exposed faces from extended {101} surfaces (square bipyramids) and stepped {101} (rods) to a combination of {100} and either {101} (AµW) or {001} (cubes).
As for TiO 2 P25 composed of both anatase (80%) and rutile (20%) phases, the nature of exposed surfaces is more complex and is studied in detail in the literature by HRTEM with selective dissolution of either anatase or rutile component. [26] [27] [28] [29] The anatase nanoparticles seem to expose mainly the {101} faces and often present truncated bipyramids.
The optical gaps and specific areas of all the samples are also reported in Table 1 . The light absorption behaviors of all the studied samples are rather similar. On the contrary, the specific surfaces of the synthesized samples vary from 70 m 2 .g -1 (ACubes) to 190 m 2 .g -1 (AGlu) and the P25 sample displays the lowest specific area. The differences in surface area are correlated to the different crystallite sizes. This may have consequences on the confinement of photogenerated charge carriers, on the recombination behavior and consequently on the photocatalytic activity. [30] [31] [32] [33] The crystalline quality of the nanoparticles may also impact on that recombination rate. [34, 35] In order to ensure that the differences of confinement effect and crystalline quality are not the predominant parame-ters that impact photocatalytic properties the chosen syntheses are all performed in a similar temperature range (120 -200°C). Time resolved microwave conductivity experiments [36] were also performed (not shown) and, besides the P25 sample, all the synthesized samples present roughly the same photo conversion efficiency and recombination rate. This specific point will be discussed in a future publication.
The organic contents calculated from TGA analyses are 6, 7 and 5 wt.% for AGlu, ARods and Acubes respectively. This corresponds roughly to 1 organic molecule/nm 2 . Since the area of a carboxylate surface group (in oleic acid for instance) is about 0.2 nm 2 this means that a maximum surface coverage of 20 % with organic residues may block the TiO 2 reactive surface sites. The ACubes sample is, a priori, the more passivated sample with the smaller surface area but is still able to adsorb more rhodamine B dyes at its surface than the other samples as discussed below. The impact of organic residues on the different samples was not studied here more precisely.
Photocatalytic efficiencies
The experimental conditions of the photocatalytic test were carefully defined to be reliable, comparable with several studies found in literature and are briefly discussed below. The choice of the RhB as a dye molecule was done because it allows an easy and fast monitoring of its degradation by visible spectroscopy and its quantitative adsorption on the photocatalyst may impact the photodegradation. [37] However, it is not the perfect model pollutant since it absorbs photons in the visible range and this absorption may induce a photosensitization mechanism that can infer on the true photocatalytic process. A study more focused on the comparison of different model pollutant on the same photocatalyst is on preparation to address more specifically that point. [38] The photocatalysis test consists first in the dye adsorption equilibrium in the dark and then in the partial or complete dye degradation under UV irradiation. Preliminary experiments showed that no catalytic or self-degradation of the RhB was possible without light irradiation exposure and thus the first step only corresponds to the adsorption equilibrium.
Unless for cubes, no significant shift of the RhB maximum absorption was observed and no sub-products absorbing in the 450-650 nm range were observed. This indicates that the sensitized-degradation of RhB via Ndeethylation process can be neglected. The RhB concentration and photocatalyst load (1.0 g.L -1 ) were chosen in order to observe a complete degradation of the dye within one hour with P25. The suspension concentration of 1.0 g.L -1 also corresponds to the maximum of photon absorption. [39, 40] The choice of the iso-weight rather than iso-surface test was done to match with the industrial point of view that the price of the photocatalyst is defined per kilogram of product. Moreover, the quality of the photocatalyst dispersion in water, which is also a key parameter in materials efficiency, is not directly linked to its specific surface measured on the dried solid. Indeed, with the lowest specific surface, the P25 photocatalyst presents the best dispersion state in water. The absorption spectra at different degradation time for the 5 photocatalysts are reported in figure SI-E and the extracted data are reported in the table 2 and figure 3.
The photocatalytic efficiency of different materials may be compared on the same test either through the comparison of the initial degradation rate or through the time needed to degrade a set amount of pollutant. In the present case, the use of initial degradation rate reported in table 2 gave the following order: P25 ~ AµW > AGlu > ARods >> ACubes. On the other hand, the time needed to degrade 95% of the dye presents a different order: AGlu > ARods > P25 ~ AµW >> ACubes. The usual exponential like curve shape of the degradation kinetics are observed for P25 and AµW samples. It is not the same for the other samples on which a competition during the first minutes of the test may take place between the degradation of the residual organic and that of the RhB. Indeed, the adsorbed organic impurities may partially block the access of the dye to the photocatalyst surface and may be degraded during the first minutes of the experiment instead of the targeted pollutant. The AGlu sample seems to be a promising photocatalytic material since 95% of RhB is degraded in 25 min against 50 min for P25. A more complete study of this sample is reported elsewhere. [41] In order to explain the photocatalytic efficiency differences between the four anatase morphologies, the properties specific to each surface of the samples were studied. The most efficient sample AGlu is exposing only the {101} faces. AµW is slightly less efficient which may be due to a lower activity of the {100} faces than the {101} ones.
The same goes for ARods which exhibit a behavior between AGlu and AµW. The ARods sample shows the very importance of the surface nature exposed: with a very different size and shape compared to AGlu, the nearly similar activity may be explained by the exposition in both cases of {101} faces. The efficiency of P25 is ranging after AGlu but at the same level at AµW with no particularly overexpressed face. Finally, it could be surprising to see that ACubes, the sample exposing the largest part of {001} among the samples is the less efficient. Indeed, in literature {001} anatase face is a priori seen as a more active face than {101}. [9, 10, 42] A clear description of the active surface sites of each sample may then explain more precisely the observed differences in photocatalytic behavior. The focus was put more specifically on the acidic sites that are prone to adsorb the selected dye.
Surface dependent acidic sites
The changes in the nanoparticles morphology directly impact on the nature, number and reactivity of exposed surface groups, which means here the acidic properties in terms of Brönsted or Lewis acidity. Actually, the surface acidity of oxides and oxy-hydroxides is due to surface oxygen atoms that present less metallic neighbors than in the bulk. Consequently, the undercoordinated oxygen they may present a negative net charge and an ability to exchange protons with the solution. That Brønsted acidity depends on the number of metallic neighbors and their distance to the considered oxygen. As a defined structure (TiO 2 anatase here) is not truncated in the same way to [47] . On the truncated metal oxide structures, undercoordinated metallic atoms may also be present at the surface and present a Lewis acidity that depends on the degree of undercoordination. It is well known for aluminum in aluminum oxides as well as in zeolites. [48] That is why the different morphologies of a same structure will interact differently with a basic molecular probe.
The FT-IR spectroscopy is a technique that may provide accurate information on the composition and surface activity of TiO 2 . [49] [50] [51] [52] Indeed, IR signals corresponding to surface hydroxyl groups are very sensitive to their atomic vicinity and their evolution under different vacuum and temperature conditions were shown to be useful in understanding the evolution with sintering of TiO 2 nanoparticles. [53] Moreover, molecular surface probes such as NH 3 , [49] CO [53] and in the present case pyridine [54] interact with different reactive surface sites and thus produce different IR signals, allowing a precise description of the nanoparticles surface sites. It is all the more simple to analyze the data from IR spectra that the TiO 2 nanoparticles used are well described and display a minimum of different exposed surfaces. That is why the IR signals acquired in the different experimental conditions for the 4 sets of particles could be faithfully described and compared. To allow quantitative comparisons, the reported In the AµW sample the signal attributed to physisorbed water molecules is relatively weak indicating a good removal for these temperature (2 h at 200 °C) and pressure conditions (10 -4 Pa). The two observed bands in the 3600-3750 cm -1 range could be correlated to the two faces exposed on that sample: the strongest band around 3675 cm -1 corresponds mainly to {101} surfaces and the smaller band around 3725 cm -1 to {100} planes according the attribution proposed by Dzwigaj&al. [55] On the second band a shoulder at higher wavenumber values is observed and may be attributed to the small contribution of hydroxyl groups on the {001} faces (forming the tops of the rods). From that deconvolution we may state that the AµW display significant amount of {100} faces. On the spectrum of the Aglu sample, the OH vibration band corresponding to {101} faces is also observed but it is broader and shifted to 3640 cm -1 . Actually, that value is also reported to correspond to a Ti VI -μ 1 OH 2 surface group of {101}. This difference may be explained by the impact of remaining physisorbed water molecules (very broad peak centered at 3200 cm -1 ) and glutamic acid (different thin peaks in the 1200- A commonly studied band in the literature for the characterization of Lewis sites is the υ 8a band located around 1585-1615 cm -1 because its position is known to shift towards higher wavenumber with increased site acidity. [59] The thermodesorption behavior of the band is also correlated to the strength of the site. Unfortunately, organic remaining in some of our samples cannot be simply treated by a simple base line correction because they were found to desorb at the same time as pyridine. In order to avoid the influence of organic residues, the υ 12 vibration mode of the Lewis acidic sites around 1040 cm -1 in wavenumber which can be correlated to the υ 8a band was chosen for comparative analysis. band is approximately twice that of the AµW sample (for a same sample surface), the band maximum is shifted from 1043.9 to 1045.2 cm -1 with increased desorption temperature and about 75% of initially adsorbed pyridine is still present at 200 °C. This confirms that the AGlu sample is a much more acidic sample than AµW. So is in a less extent the ARods sample: the amount of adsorbed pyridine is about the same as AGlu, the band maximum is shifted from 1041.6 to 1043.5 cm -1 with temperature and about 70% of the pyridine is retained at 200 °C. This is consistent with the fact that both samples exhibit mainly the {101} faces. The slightly lower wavenumber values may be explained by the presence of more defects on the ARods surfaces. For a normalized exposed surface, the ACubes sample pyridine initially adsorbed in that region represents only 60% of that on AGlu and it is nearly totally desorbed at 200 °C. The band maximum observed at 150 °C is 1042.8 cm -1 while it is at 1041.5 cm -1 just after adsorption. These values show that ACubes is the less acidic sample for the Lewis sites. It is almost the same as the AµW sample but the second weaker acidity in ACubes is hardly observed at 1033 cm -1 . This second band is also hardly observed for the AGlu and ARods samples, and it disappears with improved vacuum treatment indicating weak Lewis acidity.
Finally, most of the acidic sites observed on the different morphologies and discussed were Lewis sites except for AGlu sample where relatively strong Brønsted and physisorption sites were also detected. However, the Lewis acidic sites observed in gas phase using pyridine as a probe may have vanished or have been converted into other kinds of acidic sites when considering the same photocatalyst in solution during the degradation test. Thus the FT-IR characterization approach does not provide straightforward information on the adsorption mode of the RhB but rather informs about the overall acidity of the samples. From the different analyzed regions of the FT-IR spectra, a good correlation can be found with the morphologies deduced from TEM and XRD characterizations and interesting insights on the samples acidity can be proposed.
In order to relate the diversity of the acidic properties of the anatase samples with the RhB photodegradation efficiency, a closer look to the degradation process must be done. As stated earlier, one of the key points for the degradation of a pollutant is the quality of the interaction with the photocatalyst surface. This is even more crucial when dealing with degradation mechanisms that directly involve surface trapped electrons or holes transfer. It must be noticed here that the 1 g.L -1 samples suspensions pH are 3.2-3.4 for all samples except for the P25 with a pH of 4.3. This may be explained by the last but one washing step with nitric acid that implies a surface protonation and the resuspension of the powder acidify the dye solution. In the present experimental conditions the titania surface charge is slightly positively charged as determined elsewhere on those samples. [61] In that pH range, RhB is also positively charged and electrostatic interactions are consequently excluded. However, both an adsorption of the RhB dye with the carboxylate group or with the lone pair of amino groups is possible. Since in most systems no N-deethylation is observed, it is possible that the carboxylate group of the dye is adsorbed on the acidic sites of the samples. The good photocatalyst efficiency of the AGlu sample toward RhB degradation, even better than the P25 reference, may then be attributed to the larger number of surface acidic sites and their higher strength. This correlation was proposed for the same dye on bismuth tungstate surface in one of our previous study [47] and for methylene blue on niobium oxide (Nb 2 O 5 ) by another group. [62] Pr. Tsang shows in this work that the degradation is not affected by the presence of DMSO which is known to be a radical scavenger and that consequently the mechanism is rather a direct transfer of photoinduced charge carriers on the pollutant. The same proposition can be done in the present system and the EPR experiments reported in the next section were performed to study the role of radicals in the degradation mechanism.
Photogeneration of active radicals in water
Of course, the photocatalytic process may not be reduced to the study of the dye adsorption on the photocatalyst and the amount of photogenerated charge carriers at the surface of the semiconductor, is of particular importance to generate reactive radicals or to transfer directly on the pollutant. Indeed, the RhB oxidation occurs either directly with the photogenerated holes located on the titania surface or indirectly with other reactive species obtained from the surface activation of H 2 O or O 2 . As explained elsewhere, [2, 63] the hydroxyl radical HO• may be responsible for the indirect oxidation of organic species. That is why the amount of reactive oxygen species (ROS) created in solution is a key parameter and was measured by EPR. [64] A spin trapping molecule, the 5,5- The •DMPO-OH adduct production cannot directly be correlated to the photocatalytic activity for RhB degradation. Indeed, for the same weight of TiO 2 , the reference photocatalyst P25 produces twice more hydroxyl radicals than the AGlu sample for only half the photocatalytic efficiency in RhB degradation. The EPR measurements confirm that the RhB degradation occurs mainly through a direct charge carrier transfer at the particles surface, when the dye is adsorbed on surfaces presenting the strongest surface acidity. However, the good photocatalytic efficiency of the AGlu sample cannot be generalized and another publication describing in details the photocatalytic efficiency of the AGlu sample on different photodegradation reactions show for instance that the phenol degradation is correlated to HO• production. [66] Indeed, the proposed degradation mechanism of this pollutant [67] require the presence of reactive radicals for an indirect degradation at low concentrations. Overall, all the characterizations presented are supporting that the most acidic sample AGlu, exposing {101} faces is thus the best photocatalyst of our set of materials for a direct reduction of the RhB.
Dimethyl
In order to explain the enhanced efficiency of the AGlu sample compared to ARods that also expose mainly the {101} faces, three parameters should be discussed: the specific area, the surface cleanness and the different kind of steps observed on thoses {101} surfaces. The first parameter is in favor of AGlu with a specific surface 50% higher than ARods. Then, both samples were prepared in the presence of organic additives but FTIR show qulitatively cleaner surfaces for the AGlu sample. Finally the AGlu sample display steps on {101} surfaces very similar to those observed on a very recent study. [68] They have experimentally and theoretically shown that those steps trap the photogenerated electrons and consequently the adsorption of O 2 is favored. This point may also be crucial for the material efficiency for adsorbed oxygen may trap photogenerated electron thus avoiding charge recombination. The saw like geometry of ARods surfaces with (101) and (10-1) alternate planes is relatively different and may trap less electron that are then more prone to recombine with holes.
The AµW sample should at least partly present the same acidic sites as the ARods sample for it also displays {101} surface but interestingly it does not exhibit any physisorption and Brönsted sites. The more interesting feature of this sample is that it presents two exposed crystallographic faces. With the FT-IR spectra, indeed, the two kinds of acidity noticed at 1600 and 1040 cm -1 are specific to this sample and may be attributed to the {100} faces exposed by the rods population. The acidity corresponding to those bands and the lower photocatalytic efficiency when compared to AGlu may be explained by the sites of the {100} faces being less acidic than those of {101}. Indeed, previous DFT calculations on different anatase surfaces using the MUSIC showed that the {100} faces were relatively the most basic crystallographic faces. [61] The less efficient photocatalyst in the present study is the ACubes sample. Moreover, a slight blue-shift of the dye absorption peak was observed with this sample (cf absorption curves in figure SI-D) . This shift can be associated to degradation pathway known as the N-deethylation process. [69, 70] It corresponds to the absorption of a photon by the dye which is converted into an excited electron transferred to the titania conduction band, oxidizing the dye at the same time and thus leading to its degradation. [37, 47] This mechanism may occur with a specific and strong adsorption of the dye and, in the present case, it is observed for the sample presenting the larger amount of adsorbed RhB (about 20% of the dye initially present). ACubes seem then to present a specific adsorption mode of the dye which is not observed for other samples. This adsorption seems to be efficient for the electron transfer from the dye to the semiconductor but less efficient to degrade the conjugated system of the dye. This morphology is the only one that presents significant amounts of the {001} faces. Several studies propose that surface as the most active one among the anatase facets which goes against the results of the present study. [42, [71] [72] [73] However, the platelets exposing high amounts of {001} facets are synthesized using hydrofluoric acid as shaping agent and the cleaning steps generally give clean surface (yet, the Fions stabilizing the face may be accounted for a part of this activity). [9, 10, 42] In the present case the protocol inspired from Sugimoto&al. implies the presence of the oleic acid molecules that favors the formation of the {001} faces but that may alter the photocatalytic efficiency of the sample. The issue is then that reactive faces such as {001} are difficult to obtain without reconstructions if a too harsh cleaning is used. It is then worth reminding here that a specific band in FT-IR was observed in that ACubes sample that could be responsible of another kind of acidic site. These sites may be responsible for the strong specific adsorption of the RhB via the amino group. A parallel can be drawn here with the efficiency of those different sets of particles in dye sensitized solar cells (DSSC) reported in a previous work. [4] The ACubes sample presented a better efficiency than the AGlu sample for it was able to adsorb higher amounts of the N719 dye and to ensure a better transfer of the harvested electrons. This clearly points out that the tuning of a material shape must be done specifically for a targeted application and in that case of photocatalysis for one targeted pollutant.
Conclusions
The sol-gel synthesis techniques in aqueous medium were efficiently applied to obtain a set of four different morphologies of pure anatase nanoparticles. Three of the prepared samples were shown to efficiently degrade rhodamine B when compared to the P25 reference. A correlation between the nature of the exposed surfaces, the corresponding surface acidic behavior and the photocatalytic activity could be drawn. More precisely, the sample AµW obtained by using the microwave oven exposing the less acidic {100} faces seems to be less efficient than AGlu exposing mainly the {101} ones. An additional coupling of those results with the quantification of ROS produc-tion by the different samples had us conclude that the tailoring of anatase exposed surface may be of paramount importance when considering the photodegradation of a pollutant that involve a direct transfer of photogenerated charge carriers on the adsorbed molecule. However, the conclusions of that study are specific to the pollutant targeted and the absolute efficiency of a defined photocatalyst should be determined with the use of different model pollutant and more specifically pollutant that do not absorb in the visible range and that weakly adsorb on the semi-conductors surfaces. This experimental study paves the way to a more theoretical approach of the selection of the best TiO 2 photocatalyst morphology for a defined pollutant that may be degraded directly on the surface. Indeed, it may be interesting to study through first principle calculation the adsorption modes of a defined pollutant on the different surface of anatase in order to predict the place where the charge carrier transfer is the more efficient. The experimental methodology, on the well-known anatase structure could also be transferred on other photocatalysts to enhance their efficiencies without using dopants or making heterostructures.
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